Disappearance of Ensemble-Averaged Josephson Current in Dirty SNS Junctions of d-wave Superconductors

Yasuhiro Asano
Department of Applied Physics, Hokkaido University, Sapporo 060-8628, Japan.
(February 13, 2001)

We discuss the Josephson current in superconductor / dirty normal conductor / superconductor junctions, where the superconductors have $d_{x^2-y^2}$ pairing symmetry. The low-temperature behavior of the Josephson current depends on the orientation angle between the crystalline axis and the normal of the junction interface. We show that the ensemble-averaged Josephson current vanishes when the orientation angle is $\pi/4$ and the normal conductor is in the diffusive transport regime. The $d_{x^2-y^2}$-wave pairing symmetry is responsible for this fact.

PACS: 74.80.Fp, 74.25.Fy, 74.50.+r

I. INTRODUCTION

In recent years, the Josephson effect between the anisotropic superconductors has attracted much attention because the high-$T_c$ superconductors might have the $d_{x^2-y^2}$ pairing symmetry. In anisotropic superconductors, the sign of the pair potential depends on the direction of a quasiparticle’s motion. As a consequence, the zero-energy states (ZES) are formed at the normal metal / superconductor (NS) interface when the potential barrier at the interface is large enough. The ZES are sensitive to the orientation angle between the crystalline axis of the high-$T_c$ superconductors and the normal of the junction interface. The zero-bias conductance-peak which is due to the ZES is observed in conductance spectra of N / I / d-wave superconductor junctions and the peak-height is maximum when the orientation angle is $\pi/4$. Here I is the insulator. In SIS junctions, the ZES dominate the dc Josephson effect and the low-temperature anomaly in the Josephson current has been discussed in a number of theoretical works. In experiments, it seems to be difficult to fabricate clean SIS junctions. Thus it is important to understand the effects of disorder on the Josephson current. So far it has been pointed out that the roughness at the interface suppresses the low-temperature anomaly of the Josephson current in SIS junctions.

In this paper, we study the dc Josephson effect in superconductor / normal conductor / superconductor junctions, where the superconductors have the $d_{x^2-y^2}$-wave pairing symmetry and the normal metal is in the diffusive transport regime. We analytically derive the Josephson current in dirty SNS junctions based on a formula in which the Josephson current is calculated from the two Andreev reflection coefficients. We show that the ensemble-averaged Josephson current vanishes when the orientation angle is $\pi/4$. The analytic results are confirmed by a numerical simulation by using the recursive Green function method. Throughout this paper we take units of $k_B = \hbar = 1$, where $k_F$ is the Boltzmann constant.

This paper is organized as follows. In Sec. 2, we derive the general expression of the Josephson current in SNS junctions. In Sec. 3, we discuss the Josephson current in dirty SNS junctions. The discussion is given in Sec. 4. We summarize this paper in Sec. 5.

II. JOSEPHSON CURRENT FORMULA

Let us consider the two-dimensional SNS junction as shown in Fig. 1, where the length of the normal metal is $L_N$ and the width of the junction is $W$, respectively. The pair potential in the momentum space is schematically depicted in the superconductors. In the $d_{x^2-y^2}$-wave superconductor, the $a$-axis points the direction in which the amplitude of the pair potential takes its maximum. The angle between the $x$ direction and the $a$-axis is $\alpha_L (\alpha_R)$ in the superconductor on the left (right) hand side. We assume that the effective mass ($m$) of an electron and the Fermi energy ($\mu_F = k_F^2/2m$) are common in the superconductors and the normal conductor, where $k_F$ is the Fermi wavenumber. We describe the SNS junction by using the Bogoliubov-de Gennes (BdG) equation.

\begin{equation}
\int dr' \left[ \delta(r-r') h_0(r') \begin{array}{cc} \Delta(r,r') & \Delta^*(r,r') \\ -\Delta^*(r,r') & \Delta(r,r') \end{array} \right] \begin{bmatrix} u(r') \\ v(r') \end{bmatrix} = E \begin{bmatrix} u(r) \\ v(r) \end{bmatrix},
\end{equation}

\begin{align}
h_0(r) = -\frac{\nabla^2}{2m} + U(r) - \mu_F, \\
U(r) = V_0 [\delta(x) + \delta(x-L)] + \sum_{i=1}^{N_i} v_i \delta(r-r_i),
\end{align}

where the first term in Eq. (2) is the barrier potential at the NS interface and the second term is the impurity potential in the normal metal, respectively. The energy of
a quasiparticle \( (E) \) is measured from the chemical potential of the junction, the pair potential can be described by the Fourier representation,

\[
\Delta(R, r - r') = \frac{1}{(2\pi)^2} \int \int d\mathbf{k} \Delta(k) e^{i\mathbf{k}(r-r')},
\]

where we assume that the pair potential is uniform in the superconductors and neglect the dependence of \( \Delta \) on \( R = (r + r')/2 \). The s-wave superconductor is characterized by \( \Delta(k) = \Delta e^{i\varphi_j} \). The \( d_{x^2-y^2} \)-wave superconductor is characterized by

\[
\Delta(k) = \Delta e^{i\varphi_j} \cos(2\alpha_j - 2\gamma),
\]

\[
e^{i\gamma} = \cos \gamma + i \sin \gamma = (k_x + ik_y)/k_F,
\]

where \( \Delta \) is the uniform amplitude of the pair potential, \( \varphi_j \) and \( \alpha_j \) with \( j \) being the phase of the pair potential and the orientation angle, respectively. The wavenumber in the \( x \) direction is \( k_x \) and that in the \( y \) direction is \( k_y \), respectively. In the normal conductor, the pair potential is set to be zero.

We calculate the Josephson current by using the Furusaki-Tsukada formula

\[
J = eT \sum_{\omega_n} \sum_{k_y} \left[ \sum_{\Delta_j} \frac{|a_1(k_y, \omega_n)\Delta_j^+ - |a_2(k_y, \omega_n)\Delta_j^-|}{\Omega_j} \right],
\]

\[
\Delta_j^\pm = \Delta \cos 2(\alpha_j \mp \gamma),
\]

\[
\Omega_j = \sqrt{\omega_n^2 + (\Delta_j^\pm)^2},
\]

with \( j = L \) or \( R \). Here \( T \) and \( \omega_n = (2n + 1)\pi T \) are temperature and the Matsubara frequency, respectively. The wavenumber in the \( y \) direction \( k_y \) specifies the propagating channel and the number of propagation channels for each spin is \( N_c = Wk_F/\pi \). The coefficients \( a_1(k_y, \omega_n) \) and \( a_2(k_y, \omega_n) \) are the analytic continuation \( (E \rightarrow i\omega_n) \) of the reflection coefficients of a quasiparticle from the left superconductor to the left superconductor. The Andreev reflection coefficient from the electron (hole) channels to the hole (electron) channels is denoted by \( a_1 \) (\( a_2 \)). In the presence of the time reversal symmetry, the Josephson current can be decomposed into the series of

\[
J = \sum_{m=1}^{\infty} J_m \sin(m\varphi),
\]

where \( \varphi = \varphi_L - \varphi_R \). In this paper, we neglect the series of \( J_m \) for \( m \geq 2 \). This approximation is justified in the presence of the high potential barrier at the NS interface. In Fig. 3(a), we show the four reflection processes of \( a_1 \) and \( a_2 \) which contribute to \( J_1 \). In order to estimate \( a_1 \) and \( a_2 \), we calculate the transmission and the reflection coefficients of the single NS interface for fixed \( k_y \). The sixteen coefficients are obtained from the continuity condition of the wavefunction at the NS interface since there are four incoming and four outgoing channels for each \( k_y \). In Appendix A, we show eight transmission and four reflection coefficients which are required in the following calculation. The Andreev reflection coefficients in Fig. 2(a) are estimated as

\[
a_1^{(1)}(k_y, \omega_n) = \sum_{k_y'} t_{hh}^{SN}(k_y, \alpha_L, \varphi_L) t_{k_y,k_y'}^h \times r_{NN}^{he}(k_y', \alpha_R, \varphi_R) t_{k_y',k_y'}^{eL},
\]

\[
a_1^{(2)}(k_y, \omega_n) = \sum_{k_y'} t_{he}^{SN}(k_y, \alpha_L, \varphi_L) t_{k_y,k_y'}^h \times r_{NN}^{eh}(k_y', \alpha_R, \varphi_R) t_{k_y',k_y'}^{eL},
\]

\[
a_2^{(1)}(k_y, \omega_n) = \sum_{k_y'} t_{ee}^{SN}(k_y, \alpha_L, \varphi_L) t_{k_y,k_y'}^h \times r_{NN}^{eh}(k_y', \alpha_R, \varphi_R) t_{k_y',k_y'}^{eL},
\]

\[
a_2^{(2)}(k_y, \omega_n) = \sum_{k_y'} t_{he}^{SN}(k_y, \alpha_L, \varphi_L) t_{k_y,k_y'}^h \times r_{NN}^{he}(k_y', \alpha_R, \varphi_R) t_{k_y',k_y'}^{eL},
\]

where \( t_{k_y,k_y'}^{(h)} \) is the transmission coefficient of the electronlike (holelike) quasiparticle in the normal conductor, and \( k_y' \) indicates the propagating channel at the right NS interface. The transmission coefficients in the normal metal are described by

\[
t_{k_y,k_y'}^{(h)} = iv_F \cos\gamma e^{-ik_F \cos\gamma L_N} \int_0^W dy \int_0^W dy' \times G_{\omega_n}(L_N, y', 0, y) \chi_{k_y'}(y') \chi_{k_y}(y),
\]

\[
t_{k_y,k_y'}^{(h)} = -iv_F \cos\gamma e^{ik_F \cos\gamma L_N} \int_0^W dy \int_0^W dy' \times G_{-\omega_n}(L_N, y', 0, y) \chi_{k_y'}(y') \chi_{k_y}(y'),
\]

where \( G_{\omega_n}(r, r') \) is the Green function of the normal conductor, \( v_F \) is the Fermi velocity, and \( \chi_{k_y}(y) \) is the wavefunction in the \( y \) direction belonging to the channel specified by \( k_y \), respectively. In this paper, we assume that the NS interface is sufficiently clean so that \( k_y \) is conserved while the transmission and the reflection at the interface. In \( a_1^{(1)} \) in Eq. (11), a quasiparticle wave is initially incident into the normal part from the left superconductor through the channel specified by \( k_y \). After the Andreev reflection at the right NS interface, we assume that the reflected wave transmits to the left superconductor through the initial channel of \( k_y \) because of the retro property of a quasiparticle under the time reversal symmetry. The two Andreev reflection coefficients in Eq. (11) are given by \( a_1 = a_1^{(1)} + a_1^{(2)} \) and \( a_2 = a_2^{(1)} + a_2^{(2)} \), respectively. By using the transmission and the reflection coefficients in Appendix A, the following equations can be derived.
After small algebra, we can write the Josephson current in Eq. (7) as
\[
\langle T(k_y, k_y') \rangle = 4eT \sum_{\omega_n, k_y, k_y'} Q(k_y, \alpha_L) Q(k_y', \alpha_R) T(k_y, k_y'),
\]
where \( Q(k_y, \alpha) \) is proportional to the Andreev reflection coefficient at the normal interface. Equations (21) and (22) are the general expressions of the Josephson current proportional to \( \sin \varphi \). It is possible to apply these expressions to various junctions if the transmission coefficients in the normal part can be calculated.

III. DIRTY SNS JUNCTIONS

When the normal conductor is in the diffusive transport regime, \( t_{k_y, k_y'}^h \) is almost independent of the propagating channels,
\[
\langle T(k_y, k_y') \rangle \rightarrow \langle t^e \rangle h,
\]
with
\[
P_1 \equiv r_{\alpha N}^{he}(k_y, \alpha_L, \varphi_L) t_{k_y, k_y'}^h r_{\alpha N}^{he}(k_y', \alpha_R, \varphi_R) \\
\times t_{k_y', k_y}^e,
\]
and
\[
P_2 \equiv r_{\alpha N}^{he}(k_y, \alpha_L, \varphi_L) t_{k_y, k_y'}^h r_{\alpha N}^{he}(k_y', \alpha_R, \varphi_R) \\
\times t_{k_y', k_y}^e.
\]
The Josephson current in Eq. (8) can be written as
\[
J = 2ieT \sum_{\omega_n, k_y, k_y'} (P_1 - P_2).
\]
The equation in Eq. (21) corresponds to the reflection processes shown in Fig. 2(b). After small algebra, we find the final expression of the Josephson current,
\[
J = 4e \sin \varphi T \sum_{\omega_n, k_y, k_y'} Q(k_y, \alpha_L) Q(k_y', \alpha_R) T(k_y, k_y'),
\]
with
\[
T(k_y, k_y') \equiv t_{k_y, k_y'}^h t_{k_y', k_y}^e = t_{-k_y, -k_y'}^e t_{k_y', k_y}^h,
\]
\[
Q(k_y, \alpha) = \frac{\cos^2 \gamma \Delta_j^+ K_j^+}{\Xi_j},
\]
\[
\Xi_j \equiv Z^2 (\Delta_j^{+\dagger} \Delta_j^+ + K_j^{+\dagger} K_j^+) + \cos^2 \gamma \Delta_j^{+\dagger} \Delta_j^+,
\]
\[
K_j^{\pm} \equiv \Omega_j^{\pm} - |\omega_n|,
\]
where \( Z = mV_0/k_F \) represents the strength of the barrier potential. In what follows, we consider the high potential barrier at the NS interface, (i.e., \( Z \gg 1 \)). We note that \( Q(k_y, \alpha_j) \) is proportional to the Andreev reflection coefficient at the NS interface. Equations (21) and (22) are the general expressions of the Josephson current proportional to \( \sin \varphi \). It is possible to apply these expressions to various junctions if the transmission coefficients in the normal part can be calculated.

In the diffusive regime, the function \( X(r, r') \) for small \( \omega_n \) satisfies the diffusion equation,
\[
\tau_0 \left( 2 |\omega_n| - D_0 \nabla^2 \right) X(r, r') \approx 2 \pi N_0 \tau_0 \delta(r - r'),
\]
where \( D_0, \tau_0 \) and \( N_0 \) are the diffusion constant, the mean free time and the density of states at the Fermi energy per unit area for each spin degree of freedom, respectively. The propagating process in the normal conductor is diagrammatically illustrated in Fig. 3, where the cross represents the impurity scattering. We solve Eq. (30) and show the results in Appendix B. The averaged transmission coefficients are
\[
\langle t^e \rangle h = \left( \frac{1}{N_c} \right)^2 g_N \frac{\ln |n|}{\sinh |ln|},
\]
where \( \ln n = \sqrt{2n + 1} L_N / \xi_D, \xi_D = \sqrt{D_0 / 2 \pi T} \) is the coherence length, and \( g_N \equiv (2e^2/h)g_N \) is the conductance in the normal metal, respectively. The ensemble averaged Josephson current in dirty SNS junctions is calculated by using Eqs. (22) and (32),
\[
\langle J(\alpha_L, \alpha_R) \rangle = eT \sum_{\omega_n} N(\alpha_L) N(\alpha_R) g_N \frac{\ln |n|}{\sinh |ln|},
\]
where we replace the summation \( \sum_{k_y} \) by the integration \( (N_c/2) \int_{-\pi/2}^{\pi/2} d\gamma \cos \gamma \). When the orientation angle are zero, (i.e., \( \alpha_{L,R} = 0 \)), the ensemble-averaged critical current in units of \( \pi \Delta_0/eR_J \) is given by,
\[
\langle J(0, 0) \rangle = \frac{9}{25 \Delta_0} T \sum_{\omega_n} \frac{\Delta}{\omega_n^2 + \Delta^2} \frac{\ln n}{\sinh |ln|},
\]
and \( \Delta_0 \) is the amplitude of the pair potential at \( T = 0 \). In the case of the \( s \)-wave junctions, the numerical factor 9/25 in Eq. (34) is replaced by 1 and the expression is identical to that by the Usadel equation [2]. In the recent studies [24] and references therein, it is pointed out that the results in Ref. [13] is not correct in the low temperature regime and the non-sinusoidal current-phase relation is observed. In these studies, the electron transmission
at the NS interface is perfect and the higher harmonics contribute to the Josephson current. In our results, the amplitude of the Josephson current takes its maximum at $\varphi = \pi/2$ for all temperature regime because of the potential barrier at the NS interface.

When $\alpha_{L,R} = \pi/4$, we find that $N(\pi/4) = 0$, therefore,

$$\langle \bar{J}(\pi/4, \pi/4) \rangle = 0. \quad (36)$$

This is because $K_{+L,R}^+$ and $\Xi_{L,R}$ are even function of $\gamma$, whereas $\Delta_{\alpha L,R}^+ = -\Delta \sin 2\gamma$ is odd function of $\gamma$ in Eq. (33). The symmetry of the pair potential is responsible for the disappearance of the ensemble-averaged Josephson current.

When the orientation angle is $\pi/8$, the averaged critical current results in

$$\langle \bar{J}(\pi/8, \pi/8) \rangle = \frac{9\pi^2}{512} \frac{\Delta}{\Delta_0} T \sum_{\omega_n} \frac{\Delta}{\omega_n^2 + \Delta^2/2 \sinh \ln} \ln \ldots \quad (37)$$

The condition for the ZES (i.e., $\Delta^+_{\alpha L,R} \Delta^-_{\alpha L,R} < 0$) is satisfied in the range of $\pi/8 \leq |\gamma| \leq 3\pi/8$ in Eq. (36). In the same reason with the case of $\alpha_{L,R} = \pi/4$, the contribution from this range becomes zero. In Eq. (37), the integration in the range of $0 \leq |\gamma| \leq \pi/8$ in Eq. (33) contributes to the averaged Josephson current. We conclude that the ZES do not contribute to the averaged Josephson current in dirty SNS junctions of the $d$-wave superconductor.

In Fig. 4(a) and (b), we show the numerical results of the Josephson current at $\varphi = \pi/2$ by using the recursive Green function method on the two-dimensional tight binding model where $\Delta_0 = 0.01 \mu_F$, $L_N = 100 a_0$, $W = 30 a_0$ and $a_0$ is the lattice constant. The mean free path ($\ell$) is about $6.2 a_0$. The numerical results for $\alpha_{L,R} = 0$ and $\pi/4$ are shown in Fig. 4(a) and (b), respectively. The dependence of $\Delta$ on $T$ is described by the BCS theory. The lines are the Josephson current for several samples with different random configurations and the open circles denote the ensemble average. In (a), the results for all samples increase with decreasing the temperature and the averaged Josephson current agrees with the analytic results in Eq. (34) which are plotted in Fig. 4(c), where a parameter $L_N/\xi_D|_{T=T_c} = 7.6$ is estimated from the numerical simulation. In Fig. 4(b), the averaged Josephson current is almost zero for $\alpha_{L,R} = \pi/4$ as it is predicted in Eq. (36). This fact, however, does not mean the absence of the Josephson current in experiments for a single sample. The sign of the Josephson current is either positive or negative depending on the random configuration and $|J|$ of a single sample increases rapidly with decreasing the temperature as shown in Fig. 4(b). These results indicate an importance of the mesoscopic fluctuations in the Josephson current.

In Eq. (27), we assume that $\langle T(k_y, k_y') \rangle$ is independent of $k_y$ and $k_y'$. In other words, the transmission coefficients are isotropic in the momentum space. In order to explain the numerical results in Fig. 4(b), we have to consider a sample-specific anisotropy in the transmission coefficients. Here we introduce the anisotropy in a simple function,

$$\langle T(k_y, k'_y) \rangle \rightarrow \langle T^{th} \rangle \times \ldots \quad (38)$$

where $f_1$ and $f_2$ are positive numerical factors much smaller than unity. In Eq. (38), we consider the situation where the two elements $T(k_1, k_1)$ and $T(k_2, -k_2)$ are slightly larger than the average. By using Eq. (38), the Josephson current in a single sample with $\alpha_{L,R} = \pi/4$ results in

$$\bar{J}(\pi/4, \pi/4) = \frac{\Delta}{\Delta_0} T \sum_{\omega_n} \frac{\ln}{\sinh \ln} \ldots \quad (39)$$

The denominator of Eq. (39) approaches to zero in the limit of $\omega_n \rightarrow 0$ and $Z \gg 1$, which reflects the ZES at the NS interface. In Fig. 4(d), we plot the analytical results in Eq. (39) for several choices of $f_1$, $f_2$, $\gamma_1$ and $\gamma_2$, where $f_1$ and $f_2$ are of the order of $10^{-2}$. Some of the results show non-monotonic temperature dependence, and others change the sign with decreasing the temperature as shown in both Figs. 4(b) and (d). The analytical results well explain the numerical results. These results indicate the enhancement of the mesoscopic fluctuations of the Josephson current in the limit of $T \rightarrow 0$.

**IV. DISCUSSION**

In Sec. III, we calculate $\langle T(k_y, k_y') \rangle$ by solving the diffusion equation in Eq. (31). The conclusion in Eq. (36) is independent of the detail of the approximation. In the diffusive conductors, $\langle T(k_y, k_y') \rangle$ are independent of $k_y$ and $k_y'$. The conclusion in Eq. (36) always holds, when $\langle T(k_y, k_y') \rangle$ is isotropic in the momentum space because the integration with respect to $\gamma$ at the two NS interfaces can be carried out independently in Eq. (22). For this reason, we derive an equation for the dirty SNS junctions,

$$\langle J(\alpha_L, \pi/4) \rangle = \langle J(\pi/4, \alpha_R) \rangle = 0 \quad (41)$$

for any $\alpha_L$ and $\alpha_R$. We also derive relations,

$$\langle J(\alpha_L, \alpha_R) \rangle = \langle J(\alpha_L, -\alpha_R) \rangle = \langle J(-\alpha_L, -\alpha_R) \rangle \quad (42)$$

because the zero energy states do not contribute to the ensemble average of the Josephson current.

In the $s$-wave SNS junctions, the amplitude of the fluctuations is $\delta_{k} = (eE_c/\hbar)C_d$, where $E_c = \hbar D_0/L_N^2$ is the Thouless energy of the normal conductor and $C_d$ is a constant of the order of unity. The amplitude of the
fluctuations in the Josephson current for $\alpha_{L,R} = 0$ at $T = 0$ are expected to be proportional to the Thouless energy and depend on the sample size since the characteristic features of the Josephson current are essentially the same with those in the $s$-wave junctions. On the other hand, the fluctuations for $\alpha_{L,R} = \pi/4$ in Fig. 3(b) are mainly due to the ZES at the interfaces and strongly depend on $Z$ and $T$ as shown in Eq. (30) and Fig. 3(d).

Though the average of the Josephson current is zero, the fluctuations for $\alpha_{L,R} = \pi/4$ can be larger than those for $\alpha_{L,R} = 0$. Further theoretical investigations are necessary to understand the amplitude of the fluctuations.

The impurities in the normal metal may suppress the pair potentials near the NS interfaces because the normal impurities break a Cooper pair in the anisotropic superconductors. The pair potential should be determined self-consistently in such a situation. So far in SIS junctions, Tanaka, et. al. calculated the Josephson current where the pair potentials determined in a self-consistent way and compared with the Josephson current obtained in a non-self-consistent manner. Their results show that there are no qualitative differences in the Josephson current between the two methods. In their study, the pair-breaker is the insulator. The pair-breaker in the present paper is the impurities in the normal metal. Though the origin of the pair-break are different in the two systems, the suppression of the pair potentials, therefore, the suppression of the Josephson current is considered to be the common consequence when we determine the pair-breaker self-consistently. Thus it may be possible to infer that the Josephson current in real SNS junctions would be smaller than that of the present paper. The self-consistent study has to be done to discuss the amplitude of the Josephson current quantitatively. However the main conclusion in Eq. (30) is not sensitive to the profile of the pair potential because the $d$-wave symmetry is responsible for the disappearance of the averaged Josephson current. The impurities may also modify the symmetry of the pair potentials. If the finite values of averaged Josephson current is observed in experiments, such results might be an evidence for the change of the pairing symmetry due to the impurities. This is because the $d$-wave component of the pair potentials does not contribute to the averaged current for $\alpha = \pi/4$.

The sign change of the pair potential on the Fermi surface, which is a characteristic feature of the anisotropic superconductors, leads to the disappearance of the Josephson current. Thus the conclusion in Eq. (30) may be applied to the SNS junctions of the superconductors with $p$-wave pairing symmetry such as UPt$_3$ for certain orientation angles between the junction interface normal and the node lines of the pair potentials. The investigation in this direction is now in progress.

V. CONCLUSION

In conclusion, we analytically derive the general expression of the Josephson current in SNS junctions of the $d$-wave superconductors. In dirty SNS junctions, we show that the ZES do not contributes to the ensemble-averaged Josephson current because of the symmetry of the pair potential. In particular, when the orientation angle of the $d$-wave superconductor is $\alpha = \pi/4$, the ensemble-averaged Josephson current vanishes. The critical current of a single sample, however, remains finite value, which indicate an importance of the mesoscopic fluctuations of the Josephson current.

ACKNOWLEDGEMENTS

The author is indebted to N. Tokuda, H. Akera, Y. Tanaka and Y. Takane for useful discussion.

APPENDIX A: TRANSMISSION AND REFLECTION COEFFICIENTS

We derive the transmission and reflection coefficients of the NS interface at $x = 0$ as shown in Fig. 3. In what follows, we calculate the coefficients after analytic continuation $(E \rightarrow i\omega_n)$ for $\omega_n > 0$ and we assume that $\Delta \ll \mu_F$. In the normal metal, the wavefunction of the quasiparticle with $k_y = k_F \sin \gamma$ can be described by

$$\hat{\Psi}_{k_y}^N(x,y) = \left[\begin{array}{c} \tilde{\alpha} \left(1 \ 0\right) e^{-ip_x x} + \tilde{\beta} \left(0 \ 1\right) e^{ip_x x} \\
+ \tilde{A} \left(1 \ 0\right) e^{ip_x x} + \tilde{B} \left(0 \ 1\right) e^{-ip_x x} \end{array}\right] \chi_{k_y}(y),$$

(A1)

where $\tilde{\alpha}$ and $\tilde{\beta}$ ($\tilde{A}$ and $\tilde{B}$) are the amplitudes of the incoming (outgoing) waves in the electron and hole channels, respectively. The wavefunction in the $y$ direction is $\chi_{k_y}(y)$, $p_L = k_F \cos \gamma \pm i \omega_n / v_F \cos \gamma$, and $v_F = k_F / m$ is the Fermi velocity, respectively.

In the same way, the wavefunction in the superconductor is given by

$$\hat{\Psi}_{k_y}^S(x,y) = \left[\begin{array}{c} \hat{\gamma} \Phi_L^+ \left(u_L^+ \ 0\right) e^{ik_L x} + \hat{\delta} \Phi_L^- \left(v_L^- \ u_L^+\right) e^{-ik_L x} \\
+ \hat{C} \Phi_L^- \left(u_L^- \ v_L^+\right) e^{-ik_L x} + \hat{D} \Phi_L^+ \left(v_L^+ \ u_L^-\right) e^{ik_L x} \end{array}\right] \times \chi_{k_y}(y),$$

(A2)

where $\hat{\gamma}$ and $\hat{\delta}$ ($\hat{C}$ and $\hat{D}$) are the amplitudes of incoming (outgoing) waves in the electron and hole channels, respectively. We define that

$$\Delta^+ \equiv \Delta \cos 2(\gamma \mp \alpha_j),$$

$$\Omega^j \equiv \sqrt{\omega_n^2 + \Delta^+ x^2},$$

$$u_{j+}^+ = \sqrt{(1 + \Omega^j / \omega_n) / 2},$$

(A3)  (A4)  (A5)
\[ v^\pm = \sqrt{(1 - \Omega^\pm/\omega_n)/2}, \]
\[ k^\pm = k_F \cos \gamma + i \Omega^\pm/v_F \cos \gamma, \]
where \( j = L \) or \( R \). The phase and the sign of the pair potential is considered in the matrix,
\[ \Phi_j^\pm = \begin{pmatrix} e^{i(\varphi_j + \phi_j^\pm)/2} & 0 \\ 0 & e^{-i(\varphi_j + \phi_j^\pm)/2} \end{pmatrix}, \]
where \( e^{i\phi_j^\pm} = sgn(\Delta^\pm) \). The two wavefunctions satisfy the continuity condition at the left NS interface (i.e., \( x = 0 \) and \( \alpha_j = \alpha_L \)),
\[ \dot{\Psi}_{k_N}^e(0, y) = \dot{\Psi}_{k_N}^S(0, y), \]
\[ \frac{\partial}{\partial x} \dot{\Psi}_{k_N}^e(x, y) \bigg|_{x=0} = \frac{\partial}{\partial x} \dot{\Psi}_{k_N}^S(x, y) \bigg|_{x=0} + 2m V_b \dot{\Psi}_{k_N}^S(0, y). \]
From Eqs. (A9) and (A10), the amplitudes of the outgoing waves are connected with those of the incoming waves.
\[ \begin{pmatrix} \tilde{A} \\ \tilde{B} \\ \tilde{C} \\ \tilde{D} \end{pmatrix} = \begin{pmatrix} r_{ee}^{NN} & r_{eh}^{NN} & r_{ee}^{NS} & r_{eh}^{NS} \\ r_{he}^{NN} & r_{hh}^{NN} & r_{he}^{NS} & r_{hh}^{NS} \\ t_{ee}^{SN} & t_{eh}^{SN} & t_{ee}^{SS} & t_{eh}^{SS} \\ t_{he}^{SN} & t_{hh}^{SN} & t_{he}^{SS} & t_{hh}^{SS} \end{pmatrix} \begin{pmatrix} \tilde{\alpha} \\ \tilde{\beta} \\ \tilde{\gamma} \\ \tilde{\delta} \end{pmatrix}. \]

We explicitly show 10 coefficients which are required for calculating the Josephson current,
\[ t_{ee}^{NN} = -i M^* \frac{\Delta^+_L K^+_L \Omega^+_L}{\omega_n} e^{-i \varphi^+} e^{i \phi^+}, \]
\[ t_{eh}^{NN} = -i M \frac{\Delta^+ L K^+_L \Omega^+_L}{\omega_n} e^{-i \varphi^+} e^{i \phi^+}, \]
\[ t_{he}^{NN} = -N \frac{\Delta^- L K^-_L \Omega^-_L}{\omega_n} e^{i \varphi^-} e^{-i \phi^-}, \]
\[ t_{hh}^{NN} = N \frac{\Delta^- L K^-_L \Omega^-_L}{\omega_n} e^{i \varphi^-} e^{-i \phi^-}, \]
\[ t_{ee}^{SN} = -i M^* \frac{\Delta^+_L K^+_L \Omega^+_L}{\omega_n} e^{-i \varphi^+} e^{i \phi^+}, \]
\[ t_{eh}^{SN} = -i M \frac{\Delta^+ L K^+_L \Omega^+_L}{\omega_n} e^{-i \varphi^+} e^{i \phi^+}, \]
\[ t_{he}^{SN} = -N \frac{\Delta^- L K^-_L \Omega^-_L}{\omega_n} e^{i \varphi^-} e^{-i \phi^-}, \]
\[ t_{hh}^{SN} = N \frac{\Delta^- L K^-_L \Omega^-_L}{\omega_n} e^{i \varphi^-} e^{-i \phi^-}, \]
\[ \tau_j (2|\omega_n| - D_0 \nabla^2 r) X(r, r') \approx 2 \pi \tau_0 \delta(r - r'), \]
under the appropriate boundary condition. The right hand side of Eq. (B1) corresponds to the first term in Fig. 3 which can be calculated to be
\[ \frac{N_0}{v_F} e^{-r/\ell}, \]
where \( \ell = v_F \tau_0 \) is the mean free path and \( r = |r - r'| \), respectively. In Eq. (B3), we replace this function by the \( \delta \)-function in two-dimension because the smallest length scale in the diffusion equation is \( \ell \). The function \( X(r, r') \) is the Green function of the Schrödinger-type equation
\[ D_0 \nabla^2 f(r) = \lambda f(r). \]
The normal conductor is separated by the high potential barrier at the two NS interfaces and there is no current flow in the \( y \) direction. In such situation, we solve Eq. (B3) under the boundary conditions,
The function $X(r, r')$ is represented by

$$X(r, r') = 2\pi N_0 \sum_{m=0}^{\infty} \sum_{m'=0}^{\infty} A_m B_{m'} \cos \left( \frac{m\pi x}{L_N} \right) \cos \left( \frac{m'\pi y}{W} \right)$$

\[ \times \frac{\cos \left( \frac{m\pi x}{L_N} \right) \cos \left( \frac{m'\pi x'}{W} \right) \cos \left( \frac{m'\pi y'}{W} \right)}{2[\omega_n] + D_0(m\pi/L_N)^2 + (m'\pi/W)^2}, \]

$$A_m = \begin{cases} \sqrt{\frac{1}{L_N}}, & \text{for } m = 0, \\ \sqrt{\frac{2}{L_N}}, & \text{for } m \neq 0, \end{cases}$$

$$B_m = \begin{cases} \sqrt{\frac{1}{W}}, & \text{for } m = 0, \\ \sqrt{\frac{2}{W}}, & \text{for } m \neq 0. \end{cases}$$

Next we calculate the function

$$\int_0^W dy \int_0^W dy' X(r, r') \bigg|_{x=L_N, x'=0} = 2\pi N_0 t_0 \frac{W}{L_N} \frac{1}{2[\omega_n] |\tau| \sinh ln},$$

where $ln = \sqrt{2n + 1}/\xi_D$ and $\xi_D = \sqrt{D_0/2|T|}$ is the coherence length. Finally the averaged transmission coefficients are

$$\langle t^e t^h \rangle = \left( \frac{1}{N_c} \right)^2 \frac{g_N \ln |\tau|}{\sinh ln} \frac{1}{2[\omega_n] |\tau|},$$

where $g_N = 2\pi N_0 D_0 W/L_N$ is the dimensionless conductance of the normal metal for each spin degree of freedom. In Eq. (B11), $\langle t^e t^h \rangle$ seems to be singular in the limit of $\omega_n \to 0$. We note that the singularity is stemming from the boundary condition in Eq. (B4). When there is no potential barrier at the NS interface, we apply the boundary condition $f(r)|_{x=0, L_N} = 0$ instead of Eq. (B4) and obtain

$$\langle t^e t^h \rangle = \left( \frac{1}{N_c} \right)^2 \frac{g_N \ln |\tau|}{\sinh ln} \frac{1}{2[\omega_n] |\tau|} \cosh(2\sqrt{2[\omega_n] |\tau|}) - 1,$$

where the integration with respect to $y$ and $y'$ are carried out at $x = L_N + \ell/\sqrt{2}$ and $x' = -\ell/\sqrt{2}$. Since the propagation of a quasiparticle in the normal conductor is not sensitive to the boundary condition at the NS interface and $N^2 \langle t^e t^h \rangle$ is close to $g_N$ in the limit of $\omega_n \to 0$, we regularize the Eq. (B11) by introducing the cut-off,

$$\langle t^e t^h \rangle = \left( \frac{1}{N_c} \right)^2 \frac{g_N \ln |\tau|}{\sinh ln} F(2[\omega_n] |\tau|),$$

where $\Theta(x)$ is the step function. Since $\langle t^e t^h \rangle$ decays as $\exp(-\sqrt{2n + 1}/\xi_D)$, the contributions from small $n$ are dominant in the summation with respect to $\omega_n$ in Eq. (B2). Thus in most cases, $F(2[\omega_n] |\tau|)$ is unity.

1. M. Sigrist and T. M. Rice, J. Phys. Soc. Jpn. 61, 4283 (1992); Rev. Mod. Phys. 67, 4283 (1995).
2. D. A. Wollman, D. J. van Harlingen, W. C. Lee, D. M. Ginsberg, and A. J. Leggett, Phys. Rev. Lett. 71, 2134 (1993).
3. C. R. Hu, Phys. Rev. Lett. 72, 1526 (1994).
4. I. Iguchi, W. Wang, M. Yamazaki, Y. Tanaka, and S. Kashiwaya, Phys. Rev. B 62, R6131 (2000).; Y. Tanaka and S. Kashiwaya, Phys. Rev. Lett. 74, 3451 (1995).
5. Y. S. Barash, H. Burkhart, and D. Rainer, Phys. Rev. Lett. 77, 4070 (1996).
6. Y. Tanaka and S. Kashiwaya, Phys. Rev. B 56, 892 (1997).
7. M. P. Samanta and S. Datta, Phys. Rev. B 55, R8689 (1997).
8. R. A. Riedel and P. F. Bagwell, Phys. Rev. B 57, 6084 (1998).
9. A. A. Golubov, M. Y. Kupriyanov, Pis'ma Zh. Eksp. Teor. Fiz 69, 242 (1999).; Sov. Phys. JETP Lett. 69, 262 (1999).]
10. M. Fogelstöm, S. Yip, and J. Kurkijärvi, Physica C 294, 289 (1998).
11. W. Zhang, Phys. Rev. B 52, 3772 (1995).
12. J.-X. Zhu, Z. D. Wang, and H. X. Tang, Phys. Rev. B 54, 7354 (1996).
13. A. Furusaki and M. Tuskada, Solid State Commun. 78, 299 (1991).
14. A. F. Andreev, Zh. Eksp. Teor. Fiz. 46, 1823 (1964) [Sov. Phys. JETP 19, 1228 (1964)].
15. Y. Asano, Phys. Rev. B, 63, 052512 (2001).
16. P. G. de Gennes Superconductivity of Metals and Alloys, (Benjamin, New York, 1966).
17. H. D. Stone and A. Szafer, IBM J. Res. Develop., 32, 384 (1988).
18. C. W. J. Bennaker, J. A. Melsen, and P. W. Brouwer, Phys. Rev. B 51, 13883 (1995).
19. K. K. Likharev, Rev. Mod. Phys. 51, 101 (1979).
20. P. Dubos, H. Coutris, B. Pannetier, F. K. Wilhelm, A. D. Zaikin, and G. Schönh, Phys. Rev. B 63, 064502 (2001).
21. A. D. Zaikin and G. F. Zharkov, Sov. J. Low Temp. Phys. 7, 184 (1981).
22. B. L. Altshuler and B. Z. Spivak, Pis’ma Zh. Eksp. Teor. Fiz. 65, 609 (1997) [Sov. Phys. JETP 65, 643 (1987)].
23. C. W. J. Bennaker, Phys. Rev. Lett. 67, 3836 (1991).
24. Y. Tanaka ans S. Kashiwaya, Phys. Rev. B 58, R2948 (1998).
FIG. 1. The SNS junction of the $d$-wave superconductor is illustrated. The orientation angle in the left (right) superconductor is $\alpha_L$ ($\alpha_R$).

FIG. 2. The reflection coefficients in (a) contribute to the Josephson current proportional to $\sin(\varphi_L - \varphi_R)$. The Josephson current calculated from the four reflection coefficients in (a) is summarized in a reflection process in (b).

FIG. 3. The propagation process in the diffusive normal conductor is diagrammatically illustrated. The cross represents the impurity scattering.

FIG. 4. The Josephson current in dirty SNS junctions is shown as a function of the temperatures. The numerical results for $\alpha_{L,R} = 0$ and $\pi/4$ are plotted in (a) and (b), respectively. The lines are the numerical results of several samples with different random configurations and the open circles are the average over a number of samples. For comparison, we show the analytical results for $\alpha_{L,R} = 0$ in (c) and for $\pi/4$ in (d), respectively.

FIG. 5. The transmission and the reflection coefficients at the left NS interface. There are four incoming and outgoing channels.
This figure "fig1.jpg" is available in "jpg" format from:

http://arxiv.org/ps/cond-mat/0103265v1
This figure "fig2.jpg" is available in "jpg" format from:

http://arxiv.org/ps/cond-mat/0103265v1
This figure "fig3.jpg" is available in "jpg" format from:

http://arxiv.org/ps/cond-mat/0103265v1
This figure "fig4.jpg" is available in "jpg" format from:

http://arxiv.org/ps/cond-mat/0103265v1
This figure "fig5.jpg" is available in "jpg" format from:

http://arxiv.org/ps/cond-mat/0103265v1